New Materials for Spintronics

Scott A. Chambers and Young K. Yoo,
Guest Editors

Abstract
This article introduces the October 2003 issue of MRS Bulletin on “New Materials for Spintronics.” As a result of quantum mechanics, the carriers in ferromagnetic metals such as Fe, Co, and Ni are spin-polarized due to an imbalance at the Fermi level in the number of spin-up and spin-down electrons. A carrier maintains its spin polarization as long as it does not encounter a magnetic impurity or interact with the host lattice by means of spin-orbit coupling. The discovery of optically induced, long-lived quantum coherent spin states in semiconductors has created a range of possibilities for a new class of devices that utilize spin. This discovery also points to the need for a wider range of spin-polarized materials that will be required for different device configurations. In this issue of MRS Bulletin, we focus on three classes of candidate spintronic materials and review the current state of our understanding of them: III–V and II–VI semiconductors, oxides, and Heusler alloys. The field of spin-polarized materials is growing very rapidly, and the search for new magnetic semiconductors and other suitable spin-injection materials with higher Curie temperatures is bringing spintronics closer to the realm of being practical.

Keywords: ferromagnetic semiconductors, spin-polarized transport, spintronics.

As a result of quantum mechanics, the carriers in ferromagnetic metals such as Fe, Co, and Ni are spin-polarized due to an imbalance at the Fermi level in the number of spin-up and spin-down electrons. An extreme limit of this spin imbalance is half-metallicity, which occurs when one of the spin bands is partially occupied at the Fermi level and the other spin band is either completely full or completely empty, and at an energy different from that of the Fermi level. In this case, conduction comes from carriers of one spin only.

A carrier maintains its spin polarization as long as it does not encounter a magnetic impurity or interact with the host lattice by means of spin-orbit coupling. It became clear to researchers early on that spin-polarized currents can be preserved and utilized for various device applications. Giant magnetoresistance (GMR) was discovered in thin-film structures consisting of alternating ferromagnetic and nonmagnetic metals; alignment of the ferromagnetic layers governs the scattering of spins and, consequently, the resistance of the layered structure. GMR devices quickly found large-scale commercial application as magnetic-field sensors in the read heads of magnetic recording disks. Spin-dependent tunneling, in which an insulating layer is sandwiched between two thin ferromagnetic metal films, is slowly moving toward industrial application in magnetic random-access memory (MRAM). So far, the application of spin-polarized materials has been limited primarily to ferromagnetic metals as contact electrodes in switching devices.

The discovery of optically induced, long-lived quantum coherent spin states in semiconductors has created a range of possibilities for a new class of devices that utilize spin. This discovery also points to the need for a wider range of spin-polarized materials that will be required for different device configurations. The nascent field of spintronics is still in its infancy, and at the time of this writing, it is not clear what kind of device configurations will eventually be viable. It is also debatable if we will come to the point of fully utilizing both the spin and charge degrees of freedom, enabling qubit operation, as is required for quantum computing. A qubit (quantum bit) is the fundamental particle of spin-based computing. Its quantum mechanical spin state is what carries information in this new paradigm. An electron, hole, or nucleus could in principle be a qubit. The essential criterion is that the qubit maintain a well-defined spin state long enough to permit a digital operation to be carried out.

One of the major technical barriers that must be overcome to realize the practical implementation of semiconductor-based spintronic devices is the development of suitable spin-polarized materials that will effectively allow spin-polarized carriers to be injected, transported, and manipulated in semiconductor heterostructures. Also, the availability of such materials will facilitate a wider range of device configurations.

In this issue of MRS Bulletin, we focus on three classes of candidate spintronic materials and review the current state of our understanding: III–V and II–VI semiconductors, Heusler alloys, and various ferromagnetic oxides.

In the late 1980s, researchers at IBM succeeded in the nonequilibrium growth of a new class of diluted (doped from a few to several atomic percent) magnetic semiconductors (DMSs) based on III–V semiconductors. This discovery paved the way for spin-injection experiments from ferromagnetic injector layers into traditional semiconductors. Since then, other kinds of candidate materials have been investigated, including Heusler alloys and half-metallic ferromagnetic oxides.

Heusler alloys constitute a unique class of cubic materials consisting of four interpenetrating fcc sublattices. They have the general formula X2YZ, where X and Y are transition elements, and Z is a Group III, IV, or V element.

The prediction of room-temperature ferromagnetism in Mn-doped ZnO and GaN by Dietl and co-workers in 2000, along with the discovery in 2001 of ferromagnetism above room temperature in Co-doped TiO2 anatase by Koinuma et al., triggered a worldwide search for new DMS materials among the oxides and nitrides. As this field grows, so do the ensuing debates about the origin of the observed ferromagnetic properties in these materials. Much of the discourse has been precipitated by inadequate materials characterization. Since magnetic ions typically exhibit low solubilities in their respective host semiconductors, the issues of structure, composition, and secondary-phase formation must be carefully addressed. Also, measuring spin polarization in these materials and the associated devices has not been straightforward. Spin polarization has been probed by various techniques, including transport, optical spectroscopy, and tunneling behavior (see the article in this issue by Coey and Chien). However, poor
New Materials for Spintronics

Scott A. Chambers, Guest Editor for this issue of MRS Bulletin, is a Laboratory Fellow and technical lead for the Thin-Film Physics Group of the Fundamental Science Directorate at Pacific Northwest National Laboratory in Richland, Wash. He has been involved in epitaxial film growth and surface, film, and interface properties of the resulting systems for more than 15 years. His interests have spanned several classes of materials, including Si/Ge heterojunctions, epitaxial intermetallic compounds on III–V semiconductors and, most recently, ferromagnetic oxide semiconductors. He pioneered the use of oxygen-plasma-assisted molecular-beam epitaxy for the synthesis of complex oxide materials. He received his AB and PhD degrees in chemical physics and physical chemistry from the University of California at San Diego and Oregon State University, respectively. He has organized symposia and served in leadership positions for the American Vacuum Society, the Materials Research Society, and the American Physical Society and is a fellow of AVS.

Chambers can be reached at Pacific Northwest National Laboratory, PO Box 999, MS K8-93, Richland, WA 99352, USA; tel. 509-376-1766, fax 509-376-5106, and e-mail sa.chambers@pnl.gov.

Young K. Yoo, Guest Editor for this issue of MRS Bulletin, is a vice president of research and development at Intematix Corp. in Moraga, Calif. Using combinatorial materials synthesis and high-throughput screening techniques, he has focused his research on continuous physical and structural phase mapping of complex oxide and metallic alloy systems. Since joining Intematix, he has been responsible for the design and development of new combinatorial thin-film deposition/screening tools and new materials discovery projects. His current research interests include dielectric materials, magnetic semiconductors, magnetic alloys, and hydrogen-storage materials. He received a

material quality and defects at surfaces and interfaces can cause spin-flip events of significant proportion. Spin-flip scattering randomizes the spin orientation of the carriers and reduces spin polarization in the material. Despite these difficulties, progress is being made in the detection of spin polarization.

In the first article, Dietl and Ohno review compound III–V and II–VI diluted magnetic semiconductors. The major difficulty in making III–V or II–VI semiconductors ferromagnetic is the low solubility limits for magnetic impurities such as Mn or Cr. However, when the compound is grown at low temperature by molecular-beam epitaxy (MBE), there is a narrow processing window in which single-crystal solid solutions can be grown while avoiding secondary-phase formation. In this article, challenges in the nonequilibrium growth of diluted magnetic III–V and II–VI semiconductors and progress in understanding ferromagnetism in these systems are described.

In the second article, Coey and Chien discuss progress in the area of half-metallic ferromagnetic oxides. These oxides with itinerant (i.e., unbound and available for delocalized conduction) electrons (such as CrO$_2$ and Sr$_2$FeMoO$_6$) or localized electrons (such as Fe$_2$O$_3$) are attractive as candidates for room-temperature spin injection. However, the structure of the interface between the oxide and the material into which spins are to be injected is critical; the terminal layer of the ferromagnetic oxide tends to be magnetically disordered. In this article, the structural, magnetic, and transport properties of systems incorporating Heusler alloys are examined. In the following article, Chambers and Farrow continue the discussion of recent developments in ferromagnetic oxides. A few of the nontraditional magnetic semiconductors discovered by combinatorial synthesis and first-principles calculations have proven to be among the most strongly magnetic and thermally robust of all known DMS materials. Of these, Co-doped TiO$_2$ anatase has proven to have the strongest magnetization and highest Curie temperature. In this article, recent progress in the MBE growth of this potentially important material and other promising ferromagnetic oxides is discussed.

In the article by Matsumoto et al., the high-throughput investigation of semiconductor oxides doped with a variety of magnetic ions is discussed. Initial studies applied a combinatorial synthesis approach, doping TiO$_2$ and ZnO with various magnetic metals. Using this approach, Co-doped TiO$_2$ anatase was found to exhibit room-temperature ferromagnetism and to be optically transparent. Following this lead, several combinatorial synthesis programs aimed at discovering new magnetic semiconductors have been initiated.

In the final article, Jonker et al. turn the focus toward devices, discussing the use of Schottky tunnel barriers to enhance spin-injection efficiency. The Schottky barrier is an electrostatic barrier that typically forms at the interface between a metal and a semiconductor as a result of defect formation. If sufficiently large, the Schottky barrier can act as a tunnel barrier, which in turn reduces the effect of the difference in electrochemical potential between the metal and the semiconductor on spin-polarized transport across the interface. The use of a Schottky barrier as a tunnel barrier for spin injection from Fe into AlGaAs has been explored and shown to be robust, exhibiting a 30% spin-injection efficiency at room temperature. This experimental result is consistent with theoretical predictions, which indeed show that tunnel barriers can effectively mediate the disparate electrochemical potentials of ferromagnetic metals and semiconductors, thereby improving the spin-injection efficiency. The article also gives a glimpse of interface issues to be addressed when spin-polarized materials are applied to devices.

The field of spin-polarized materials is growing very rapidly, and the search for new magnetic semiconductors and other suitable spin-injection materials with higher Curie temperatures is bringing spintronics closer to the realm of the practical.

References

BA degree in physics with honors from University of Chicago (1995) and a PhD in physics from the University of California at Berkeley (2000).

Yoo can be reached by e-mail at yyoo@intematix.com.

Chia-Ling Chien is the Jacob L. Hain Professor of Physics and director of the Materials Research Science and Engineering Center at the Johns Hopkins University in Baltimore, Md. His research interests include the fabrication of nanostructured materials and studies of their structural, electronic, magnetic, and superconducting properties; highly spin-polarized materials; spin-transfer torque effects; and magneto-electronics. He has published more than 300 papers in refereed journals. Chien received his PhD degree in physics from Carnegie Mellon University. He is a fellow of the American Physical Society and a member of the Materials Research Society.

Chien can be reached at the Johns Hopkins University, 307 Bloomberg Ctr, Baltimore, MD 21218, USA; tel. 410-516-8092, fax 410-516-7239, and e-mail clc@pha.jhu.edu.

J.M.D. (Michael) Coey is Professor of Experimental Physics at Trinity College, Dublin, Ireland, where he leads the Magnetism and Spin Electronics Group, which is supported by Science Foundation Ireland. He is the author of more than 500 papers and several books and patents on magnetism. Besides spin electronics and nanomagnetism, his interests include magneto-electrochemistry, natural magnetic materials, and permanent magnet applications. He is a fellow of the Royal Society, the Institute of Physics, the American Physical Society, and the American Mineralogical Society. Coey can be reached at Trinity College, Dublin 2, Ireland; tel. 353-1-608-1470, fax 353-1-671-1759, and e-mail jcoe@tcd.ie.

Tomasz Dietl is a professor and a head of the low-temperature group at the Institute of Physics within the Polish Academy of Sciences in Warsaw, where he completed his PhD and habilitation degrees in experimental and theoretical condensed-matter physics in 1977 and 1983, respectively. He was a postdoctoral researcher at Ecole Polytechnique in Paris (1978) and at Munich Technical University (1984). Later, he was appointed as a visiting professor at Kepler University in Linz (1991–1992), at Fourier University in Grenoble (1993, 2000), and at Tohoku University in Sendai (1999). His current research interests are focused on the development of materials systems and device concepts for spintronics of ferromagnetic semiconductors and of hybrid metal/semiconductor nanostructures. He is a recipient of the Maria Curie-Skodowska Award in Poland (1997) and the Alexander von Humboldt Research Award in Germany (2003), which supports his work at Regensburg University. In 2002, he was elected to the International Union of Pure and Applied Physics Commission on Low-Temperature Physics. Dietl can be reached at the Institute of Physics, Polish Academy of Sciences, al. Lotnikow 32/46, Warszaw PL-02-668 Poland; tel. 48-22-843-5324, fax 48-22-843-0926, and e-mail dietl@ifpan.edu.pl.

Steven C. Erwin is a research physicist in the Center for Computational Materials Science at the Naval Research Laboratory, Code 6390, 4555 Overlook Ave. SE, Washington, DC 20375, USA; tel. 202-404-8360, fax 202-404-7546, and e-mail erwin@dave.nl.navy.mil.

Robin F.C. Farrow is a research staff member emeritus in the Science and Technology area at the IBM Almaden Research Center in San Jose, Calif. While working at the Royal Signals and Radar Research Establishment in the United Kingdom, Farrow developed and applied the technique of molecular-beam epitaxy to the synthesis of a wide range of materials and epitaxial structures, including InP, metals, fluorides, II–VI compounds, and mettalasephases. Since joining IBM in 1985, he has continued this theme by preparing new phases of intermetallic magnetic alloys and self-organized magnetic nanostructures of relevance to magnetic storage. His current research interests include epitaxial magnetic oxides and magnetic semiconductors. Farrow received both his BSc and PhD degrees in physics from Queen Mary College, University of London. He has served as a meeting and symposium chair for MRS and has directed NATO Advanced Research Workshops in the fields of growth and characterization of low-dimensional magnetic structures. Farrow is a fellow of the American Physical Society and has edited several books on MBE.

Farrow can be reached at the IBM Research Division, Mail Stop K11C, 650 Harry Rd., San Jose, CA 95120-6099, USA; tel. 408-927-2389, fax 408-927-2510, and e-mail erwin@almaden.ibm.com.

Tetsuya Hasegawa is a professor in the Depart-
New Materials for Spintronics

J.M.D. (Michael) Coey
Tomasz Dietl
Steven C. Erwin

Tomasz Dietl is a search physicist in the Materials Science and Technology Division at the Naval Research Laboratory in Washington, D.C. His scientific interests include interface physics and semiconductor spintronics, with an emphasis on electrical spin injection, transport, epitaxial growth of ferromagnetic semiconductors, and the development of prototype spintronic devices. Dietl obtained his PhD degree in solid-state physics from the University of Maryland in 1983 in the area of thin-film quantum size effects. He came to NRL as a National Research Council postdoctoral fellow in 1984 and became a staff member in 1986. He is an adjunct professor at the University at Buffalo, State University of New York. He is also a member of MRS and a fellow of AVS.

Jonker can be reached at the Naval Research Laboratory, Code 6340, 4555 Overlook Ave. SE, Washington, DC 20375-5343, USA; tel. 202-404-8015, fax 202-767-1697, and e-mail jonker@nrl.navy.mil.

Hideo Koinuma is a professor and director of the Materials and Structures Laboratory at the Tokyo Institute of Technology. His interest in materials research began with polymer synthesis and characterization at the University of Tokyo, where he received his PhD degree in 1970. He returned to Tokyo after a two-year postdoctoral research position in chemical kinetics at Kansas University and then shifted his interests to amorphous silicon and other thin-film electronic materials. His current focus is on combinatorial nanotechnology for functional oxides. He founded the International Workshop on Oxide Electronics in 1995 and the Japan–U.S. Workshop on Combinatorial Materials Science and Technology in 2000.

Koinuma can be reached at the Tokyo Institute of Technology, 4259 Nagatsuta, Midori-ku, Yokohama 226 Japan; tel. 81-45-924-5314, fax 81-45-924-5875, and e-mail koinuma@oxide.rlem.titech.ac.jp.

Yuji Matsumoto is a research associate in the Frontier Collaborative Research Center at the Tokyo Institute of Technology. His research interests include surface chemistry, nanostuctures, and materials, and the development and application of combinatorial thin-film technology. He received his BS, MS, and PhD degrees in physical chemistry from the University of Tokyo. He has been working with H. Koinuma for more than five years. His current work on combinatorial materials research includes photocatalysts, phosphors, and superconducting, ferroelectric, and magnetic materials.

Matsumoto can be reached at the Tokyo Institute of Technology, 4259 Nagatsuta, Midori-ku, Yokohama 226 Japan; tel. 81-45-924-5314, fax 81-45-924-5875, and e-mail matsumoto@oxide.msl.titech.ac.jp.

Hideo Ohno is a professor at the Laboratory of Electronic Intelligent Systems within the Research Institute of Electrical Communication at Tohoku University. His research interests include semiconductor spintronics (classical as well as quantum), physics and application of semiconductor quantum structures, and semiconductor crystal growth. He also heads the Information Technologies Program of Research Revolution 2002 project, “Development of Universal Low-Power Spin Memory,” sponsored by MEXT (the Japanese Ministry of Education, Culture, Sports, Science, and Technology), and the Exploratory Research for Advanced Technology (ERATO) project, “Semiconductor Spintronics,” of the Japan Science and Technology Corp. Ohno received his PhD degree from the University of Tokyo. Before joining Tohoku University, he worked as a lecturer and then as an associate professor in the Department of Electrical Engineering at Hokkaido University. He is a recipient of the IUPAP Magnetism Prize (2003). He was also a visiting scientist at the IBM T.J. Watson Research Center from 1988 to 1990.

Ohno can be reached at Tohoku University, Katahira 2-1-1, Aoba-ku, Sendai 980-8577 Japan; tel. 81-22-217-5553, fax 81-22-217-5553, and e-mail ohno@ricc.tohoku.ac.jp.

Chris Palmstrøm is a professor of chemical engineering and materials science at the University of Minnesota in Minneapolis. His research emphasizes the growth and characterization of novel electronic and magnetic materials, including ferromagnetic elements and compounds on III–V semiconductors by molecular-beam and chemical-beam epitaxy. He received a PhD degree in electrical and electronic engineering (1979) and spent a postdoctoral year at the University of Leeds. After spending four years as a research associate in the Department of Materials Science and Engineering at Cornell University (1980–1985) and 10 years
Chris Palmstrom
Athos Petrou
Frank Tsui
Ichiro Takeuchi

Frank Tsui

at Bellcore as a member of technical staff (1985–1994), he joined the faculty at the University of Minnesota. He is a fellow of the American Physical Society and the American Vacuum Society and is a member of the Materials Research Society, APS, AVS, the Minerals, Metals and Materials Society, the Böhmische Physical Society, and IEEE. He is the author of more than 150 publications and one patent on materials growth and characterization.

Palmstrom can be reached at the University of Minnesota, 421 Washington Ave. SE, Minneapolis, MN 55455, USA; tel. 612-625-7558, fax 612-626-7246, and e-mail palms001@umn.edu.

Athos Petrou is a professor of physics at the University at Buffalo, State University of New York. He obtained his BSc degree from the University of Athens, Greece, in 1976, and his PhD degree from Purdue University in 1983 in Raman spectroscopy of CdMnSe crystals. Between 1983 and 1985, he was a research associate at Northeastern University, where he carried out magnetoluminescence studies of two-dimensional electron gas in GaAs quantum wells. In 1985, he joined the physics faculty of SUNY—Buffalo and continued his spectroscopic work on semiconductor heterostructures. His current research focuses on semiconductor spintronics. He is a fellow of the American Physical Society.

Petrou can be reached at the University of Buffalo, 343 Fronczak Hall, Buffalo, NY 14260, USA; tel. 716-645-2987, fax 716-645-2507, and e-mail petrou@acsu.buffalo.edu.

Andre Petukhov is a professor of physics at the South Dakota School of Mines and Technology in Rapid City, S.D. His scientific interests include spintronics, the theory of nanoscale electronic materials and devices, and electronic structure and transport properties of solids, with an emphasis on spin-dependent phenomena in semiconductors. Petukhov is an adjunct professor at Case Western Reserve University. He also worked as a summer faculty member and sabbatical visitor at the Naval Research Laboratory in Washington, D.C. Before joining the faculty at South Dakota Tech in 1994, he worked as a senior research associate at CWRU. He obtained his PhD degree in solid-state physics at the State Technical University (Leningrad Polytechnic Institute) in St. Petersburg, Russia, in 1981.

Petukhov can be reached at the South Dakota School of Mines and Technology, Department of Physics, Rapid City, SD 57701-3965, USA; tel. 605-394-2364, fax 605-394-2365, and e-mail andre@pdessa.phy.sdsmt.edu.

Ichiro Takeuchi is an assistant professor in the Department of Materials Science and Engineering and the Center for Superconductivity Research at the University of Maryland, College Park. His research interests include novel multilayer thin-film devices, scanning probe microscopes, and the development and application of combinatorial methodology for functional thin-film materials. He received his BS degree in engineering physics from the University of Illinois at Urbana-Champaign. He was a Margaret and Herman Sokol postdoctoral fellow in the sciences at the University of Michigan. He then joined the faculty of the University of North Carolina in 1995 as an assistant professor of physics. He was a recipient of the National Science Foundation’s Faculty Early Career Development Award.

Tsui can be reached at the University of North Carolina, Department of Physics and Astronomy, CB#3225, Chapel Hill, NC 27599, USA; tel. 919-962-0305, fax 919-962-0480, and e-mail ftsui@physics.unc.edu.

Frank Tsui is an associate professor of physics and a research associate professor of applied and materials science at the University of North Carolina at Chapel Hill. The focus of his research has been atomic-scale synthesis and characterization of magnetic heterostructures using molecular-beam epitaxy techniques. He received his BS degree in engineering physics from the University of California at Berkeley in 1984, and his MS (1987) and PhD (1992) degrees in physics from the University of Illinois at Urbana-Champaign. He was a Margaret and Herman Sokol postdoctoral fellow in the sciences at the University of Michigan. He then joined the faculty of the University of North Carolina in 1995 as an assistant professor of physics. He was a recipient of the National Science Foundation’s Faculty Early Career Development Award.